Impurity-induced magnetic droplet in unconventional superconductors near a magnetic instability: Application to Nd-doped CeCoIn$_5$

Shi-Zeng Lin and Jian-Xin Zhu

Phys. Rev. B 96, 224502 — Published 1 December 2017

DOI: 10.1103/PhysRevB.96.224502
Impurity-induced magnetic droplet in unconventional superconductors near magnetic instability: Application to Nd doped CeCoIn₅

Shi-Zeng Lin¹,∗ and Jian-Xin Zhu²

¹Theoretical Division, T-4 and CNLS, Los Alamos National Laboratory, Los Alamos, New Mexico 87545, USA
²Theoretical Division and Center for Integrated Nanotechnologies, Los Alamos National Laboratory, Los Alamos, New Mexico 87545, USA

(Dated: October 4, 2017)

Beside the spin density wave (SDW) order inside the superconducting phase in CeCoIn₅ at high magnetic fields, recent neutron scattering measurements have found Bragg peaks in 5% Nd doped CeCoIn₅ at low fields. The intensity of Bragg peaks in low fields is suppressed by increasing field. Based on the phenomenological and microscopic modeling, we show that for the Pauli limited d-wave superconductors in the vicinity of SDW instability relevant for CeCoIn₅, magnetic impurities locally induce droplets of SDW order. Because of the strong anisotropy in the momentum space in the spin fluctuations guaranteed by the d-wave pairing symmetry, sharp peaks in spin structure factor at Qs are produced by the impurities, even when the droplets of SDW do not order. At zero field, the Nd impurity spins are along the c axis due to the coupling to the conduction electrons with an easy c axis, besides their own crystal field effect. The in-plane magnetic field cant the impurity moments toward the ab plane, which suppress the droplets of SDW order. At high fields, the long-range SDW inside the superconducting phase is stabilized as a consequence of magnon condensation. Our results are consistent with the recent neutron scattering and thermal conductivity measurements.

Introduction – The intricate interplay between magnetism and superconductivity represents one of main challenges in strongly correlated electronic systems. The d-wave heavy-fermion superconductor CeCoIn₅ is one prototypical system [1, 2] to study the relationship between magnetism and superconductivity in Pauli-limited superconductors. Conventionally, superconductivity is stabilized through suppression of magnetism by pressure, chemical doping etc. The discovery that in CeCoIn₅ a spin density wave (SDW) emerges only inside the superconducting phase by external field of the order of 10 T comes as a big surprise [3–5]. This experiment immediately triggers enormous experimental and theoretical efforts to understand the origin of the SDW phase and the role of superconductivity. Neutron scattering studies revealed that the propagation wave vector is \( \mathbf{Q} = (\pm 0.44, \pm 0.44, 0.5) \), which coincides with the nodal direction of \( d_x^2 - y^2 \) pairing symmetry. The fully developed magnetic moment is 0.15 \( \mu_B \) and the magnetic moment is along the c axis. Here \( \mu_B \) is the Bohr magneton. The ordering wave vector of SDW along the two perpendicular nodal direction can be switched sensitively by rotating the in-plane magnetic field [6, 7]. The neutron study in the superconducting phase at low fields has revealed plenty of magnetic fluctuations of nodal quasiparticle at the same \( \mathbf{Q} \) and spin anisotropy as those in the SDW phase [8–10]. This implies that the SDW is due to the condensation of these magnetic fluctuations.

Meanwhile several theoretical proposals have been put forward to understand the origin of high field SDW phase. These theories highlight the importance of vortex lattice [11]. Pauli pair breaking effect [12, 13], the Fulde-Ferrell-Larkin-Ovchinnikov (FFLO) state, superconducting pairing density wave [14–17], and improved Fermi surface nesting by magnetic field [18–20], in stabilizing the SDW phase. Using the tight-binding parameters obtained by density functional calculations with renormalized bandwidth, it was shown that the in-plane magnetic field enhances the transverse magnetic susceptibility, \( \chi(q, \omega) \), in the Pauli-limited d-wave superconductors [21]. Using the argument based on the random phase approximation (RPA), the enhanced susceptibility triggers the SDW instability when \( U(Q)\chi(Q) = 1 \), where \( U(q) \) is the Coulomb interaction. In these theories, it is assumed that CeCoIn₅ is in the vicinity of the SDW instability, which can be inferred from various measurements [8–10, 22–26].

It is well known that the response of superconductors to impurity is a powerful signature to understand the pairing mechanism in unconventional superconductors [27–36]. Previously work on Cd doped CeCoIn₅, CeCo(In₁₋ₓCdₓ)₅, has revealed interesting interplay between magnetism and superconductivity [37–41]. Recently, an anomaly in specific heat has been observed in the superconductor Nd₅Ce₁₋ₓCoIn₅ for \( x = 0.1, 0.05 \) [42]. The compound with \( x = 0.05 \) has been studied by neutron scattering recently [43], where Bragg peaks at the same SDW ordering wave vector, \( \mathbf{Q} \), have been observed at zero magnetic field. The magnon fluctuations are gapped with a gap of 0.43 meV [44]. Further neutron studies find that the Bragg peaks at four \( \mathbf{Q}s \) have the same intensity [45, 46]. The peak intensity in the low-field region is suppressed by increasing the in-plane magnetic field and eventually disappears before the high-field SDW phase emerges. Thermal conductivity measurement on the 5% Nd doped CeCoIn₅ shows a jump in conductivity at high magnetic fields when the field is rotated along the c axis, similar to that in the undoped CeCoIn₅ [7], suggesting a long-range SDW phase. The jump in thermal conductivity disappears at low magnetic field, indicating a different magnetic response of distinct origin [47].

Assuming that the 5% Nd doping has negligible effect on the Fermi surface, and the Nd atoms serve as magnetic impurities in the d-wave superconductivity, a minimal model based on a quasi-nested Fermi surface was proposed to understand...
these experiments, where the magnetic impurity induces a locally SDW pattern at low field [20]. It is argued that these local SDW patterns cooperate to form a long-range SDW order, as a consequence of the Ruderman-Kittel-Kasuya-Yosida (RKKY)-like interaction between magnetic impurities. The phase region of the high-field SDW phase becomes wider in the presence of magnetic impurities. However it is unclear how the low-field SDW region is suppressed by magnetic field.

In this work, we present a theory on the magnetic properties in Nd doped CeCoIn₅. Our theory are based on the following experimentally established facts: (1) the system is close to the SDW instability; (2) the SDW at high fields is formed by the nodal quasiparticles and the ordering wavevector is along the nodal directions of the d-wave superconductivity; (3) the moment of SDW order is along the c axis. Within the phenomenological and microscopic modeling, we show that magnetic impurities generate local droplets of SDW oscillation at low fields, which oscillate and decay in space. Because of the d-wave pairing symmetry, the random impurities can produce peaks in the spin structure factor, even when they do not order magnetically. The impurity moments experience an easy axis anisotropy due to the conduction electrons, besides the anisotropy generated by crystal field. When an in-plane magnetic field is applied, the impurity moments are canted toward the ab-plane, accompanying the reduction of induced local SDW order. At high field, the long-range SDW sets in.

**Phenomenological model** – Here we present the physical picture based on a phenomenological model. We consider a para-magnetic region inside the superconducting phase, where we keep the free energy expansion of magnetization density $M_z$ up to the quadratic order. It is sufficient to consider the magnetization inside one layer because of antiferromagnetic order between layers. The total free energy density is [48]

$$F = -\alpha(T, H_z)M_z^2 - \gamma(\nabla_{2d} M_z)^2 + \eta \left[ (\partial_x^2 M_z)^2 + (\partial_y^2 M_z)^2 \right] - J_z S_z M_z - H_z S_z + H_{\text{Anis}}(S), \quad (1)$$

where $\nabla_{2d} = (\partial_x, \partial_y)$, $S$ is the impurity moment and $H_z$ is the in-plane magnetic field. Here $H_{\text{Anis}}(S)$ is the spin anisotropy for the impurities, which arises from their coupling to the conduction electrons with easy axis anisotropy and crystal field environment. For $\gamma > 0$, $\eta > 0$, the Q of the SDW is $Q_1 = \pm Q_i = \pm \sqrt{2\eta}$. We have expanded the anisotropy of $Q(\theta)$ in the ab plane up to $\cos(4\theta)$ represented by the $\eta$ term, where $\theta$ is the angle between $Q$ and the crystal a axis. For a stronger anisotropy, one needs to include higher order expansion in $\theta$. We have neglected the spin-orbit interaction of the conduction electrons that is responsible for the switching of Q of the SDW order by rotating magnetic field [48].

That the system is close to the SDW instability means that the magnetic susceptibility

$$\chi(q) = \frac{1}{-\alpha - 2\eta q^2 + 2\eta (q_1^2 + q_2^2)}, \quad (2)$$

is positive and close to divergence. Microscopic theories show that $\alpha(T, H_z)$ increases with $H_z$. At a critical field, $\chi(Q)$ diverges and the magnons condense to form the SDW.

For a single impurity located at the origin, $S_z = S_0 \delta(r)$, the induced local SDW pattern at zero field is

$$M_z(r) = \frac{J_z S_0}{(2\pi)^2} \int \frac{\exp(iq \cdot r)}{-\alpha - 2\eta q^2 + 2\eta (q_1^2 + q_2^2)} dQ^2. \quad (3)$$

Here $M_z(r)$ oscillates and then decays as a function of distance as depicted in Fig. 1 (a), where both the oscillation period and decay length depend on the angle between r and the x axis. The decay is slow because the $\chi(Q)$ is close to divergence.

We then consider random distribution of impurities with the correlation ($S_i \cdot S_j = 0$) and $S_i(r)S_j(r') = A H_z \delta(r - r')$. We introduce an effective saturation field $H_z$ to describe the canting of impurity spin by magnetic field. Therefore, we have $A = A_0(1 - H_z^2/H_z^2)$ when $H_z \leq H_s$ and $A = 0$ otherwise. A self-consistent treatment of the impurity moment direction will be presented in the microscopic model. The spin structure factor $S_{\text{SDW}}(q) = \langle M_z(q) M_z(-q) \rangle$ is

$$S_{\text{SDW}}(q) = \frac{A J_z^2}{[-\alpha(T, H_z) - 2\eta q^2 + 2\eta (q_1^2 + q_2^2)]^2}. \quad (4)$$

The impurity induced $S_{\text{SDW}}(q)$ is maximal at four $Q$s, $(\pm Q_1, \pm Q_2)$, with equal intensity, because of the strong anisotropy in the orientation of $Q$, see Fig. 1 (b), even for randomly distributed impurities. In CeCoIn₅, $\chi(q)$ increases with magnetic field while $A$ decreases with field. Depending on the relative strength of these two competing factors, $S_{\text{SDW}}(Q)$ can increase or decrease monotonically, or show non-monotonic behavior as a function of $H_z$ in the paramagnetic phase. Taking the high field SDW phase into account, we can
schematically draw the magnetic response of the Pauli limited $d$-wave superconducting phase in the vicinity of SDW to magnetic impurities, as shown in Fig. 1 (c-e). Because the system is close to the SDW instability, the induced SDW droplets decay slowly in space, which may be helpful to achieve a long-range order of the SDW droplets [20, 35, 36]. The low-field phase can overlap with the long-range SDW phase or they can separate, or accidentally touch the SDW phase at a point, depending on the saturation field for the impurities.

**Microscopic model** – We present microscopic model calculations to support the phenomenological model. The mean-field Hamiltonian reads

$$\mathcal{H} = \sum_{i,\sigma} \varepsilon_i c_{i\sigma}^\dagger c_{i\sigma} - \mu \sum_{i,\sigma} c_{i\sigma}^\dagger c_{i\sigma} + \sum_{(i,j)} (\Delta_{ij} c_{i\uparrow}^\dagger c_{j\downarrow}^\dagger + \Delta_{ij} c_{i\downarrow}^\dagger c_{j\uparrow}^\dagger) - \sum_i \left( h_i n_{i\uparrow} - \mu_S h_i s_{i\uparrow} - \mu_S h_i s_{i\downarrow} - \sum_{j,\text{impurity}} (J_{SC} S_{z,i} s_{z,j} - \mu_S H_i S_{x,i}) \right).$$

(5)

where the spin of the conduction electrons is $s_i = \sum_{\sigma} c_{i\sigma}^\dagger \sigma_{ij} c_{j\sigma}$, $\mu_S$ and $\mu$ are the magnetic moments for the conduction electrons and impurity spins. The self-consistent condition for the anisotropic molecular field $h_i$ and pairing potential $\Delta_{ij}$ are

$$h_i = -\sum_j J_{ij} (n_{j\uparrow} - n_{j\downarrow}) \quad \text{and} \quad \Delta_{ij} = \frac{\beta}{2} \sum_j \left( u_{ij} n_{i\uparrow} n_{j\downarrow} + u_{ij} n_{i\downarrow} n_{j\uparrow} \right) \frac{\tanh(E_i/2T)}{E_i/2T}.$$

The electron density for up and down spin are

$$n_{\uparrow} = \frac{1}{2} \sum_j \left( u_{ij} n_{i\uparrow} n_{j\downarrow} + u_{ij} n_{i\downarrow} n_{j\uparrow} \right) \frac{f(E_j)}{f(-E_j)}.$$  

The electron density for up and down spin are $n_{\uparrow} = \sum_j u_{ij}^2 f(E_i)$ and $n_{\downarrow} = \sum_j |v_{ij}|^2 f(-E_i)$.

The spin structure clearly develops Bragg peaks, which preserve the other, see Fig. 3(c). The spin structure is reorganized to form a spin density wave (SDW) phase at zero temperature. Temperature-magnetic field phase diagram for d-wave superconductors with moments in the $y$-axis, due to the anisotropic RKKY interaction, is shown in Fig. 2(a). Temperature-magnetic field phase diagram for (b) clean system, (c) system with impurities with $\mu_S/\mu = 8$ (lower saturation field), and (d) system with impurities with $\mu_S/\mu = 5$ (higher saturation field). Orange (black) lines denote the second (first) order phase transition. The impurity concentration is 5%. The magnetization induced by impurities in the normal state has been subtracted.

![FIG. 2. (color online) (a) SDW and $d$-wave order parameter as a function of $J_1$ at zero temperature. Temperature-magnetic field phase diagram for (b) clean system, (c) system with impurities with $\mu_S/\mu = 8$ (lower saturation field), and (d) system with impurities with $\mu_S/\mu = 5$ (higher saturation field). Orange (black) lines denote the second (first) order phase transition. The impurity concentration is 5%. The magnetization induced by impurities in the normal state has been subtracted.](image-url)

As shown in Fig. 2(a), for a large $J_1$, SDW order emerges and coexists with superconductivity. We tune the system close to the SDW instability by choosing $J_1 = 3.2t_1$, close to the critical value for the onset of the SDW order. For a clean system, the transverse susceptibility increases with $H_c$. At high field, a SDW phase inside the superconducting phase with $Q$ either along $Q_1 = (0.44, 0.44)$ or $Q_2 = (0.44, -0.44)$ is stabilized, see Fig. 2(b). The transition between the SDW phase and normal phase is of the first order, while the other phase transitions are of the second order. Our self-consistent calculations thus confirm the expectation from the RPA argument in Ref. 21. To obtain the experimental phase diagram, it is required that $V, \mu, H_c$, and $t_1$ are in the same order of magnitude, which highlights the uniqueness of heavy-fermion superconductors for the observation of the field-included SDW order.

We then introduce 5% randomly distributed magnetic impurities into the system. For the impurity coupling $J_S = 1.0t_1$, as shown in Fig. 3(a), the impurity moment is along the $c$ axis, due to the anisotropic RKKY interaction mediated by conduction electrons. The $d$-wave order parameter is given by

$$\Delta_{ij} = (\Delta_{ij+x} + \Delta_{ij-y} - \Delta_{ij+y} - \Delta_{ij-x})/4,$$

where $\hat{x}$ and $\hat{y}$ are the unit vectors in the $x$ and $y$ direction respectively. We neglect the crystal field effect for the impurities, and the spin anisotropy for the magnetic impurities is only contributed from the conduction electrons. We calculate self-consistently $\Delta_{ij}$ by fixing $|S_j| = 1$. We use the periodic boundary condition and the system size is chosen to be commensurate with the wavelength of SDW.
field-temperature phase diagrams in the presence of magnetic impurities. In Fig. 2(c–d), we depict the phase diagram obtained by $\Delta_d$ and SDW order parameter $O \equiv \sum s_i^z / N_L$ with $N_L$ the number of lattice sites. There is a long-range SDW phase at high field and low temperature. Compared to the clean system, the upper critical field $H_p$ is suppressed by impurities, while the phase region for the SDW phase increases, because of the suppression of superconductivity by impurities, which in turn favors its competitor, the SDW phase. The strong first-order phase transition between the SDW phase and normal phase is weakened to the second order in our two-dimensional model. In three dimensions, the transition could remain to be first order. At low fields, the impurities induce droplets of local SDW. The induced magnetization decreases with the magnetic field because of the canting of impurity moments in the presence of the field. For a weak saturation field, the region with induced SDW droplet in the phase diagram is separated from the long-range SDW phase [Fig. 2(c)]. When the saturation field is increased, these two regions overlap [Fig. 2(d)]. The phase diagram is consistent with that expected from the phenomenological model.

**Discussions** – The amplitude of induced droplet of SDW is proportional to the impurity moment along the easy axis of the conduction electron spins. The direction of the impurity moment is determined by the local exchange field induced by conduction electrons with Ising-like moments and its intrinsic magnetic anisotropy. For the Nd impurities, we have assumed that their moments are mainly along the $c$ axis at zero magnetic field to account for the experiments. For magnetic impurity with strong easy-plane anisotropy in the tetragonal crystal, the local exchange interaction between conduction electron spins becomes negligible, therefore no droplets of SDW would be produced. This seems consistent with the recent experiment on the Gd doped CeCoIn$_5$, where the impurity induced anomaly in specific heat observed in the Nd doped CeCoIn$_5$ becomes extremely weak for the Gd doped compound [52]. To induce SDW droplets, one may cant the Gd moments toward the easy axis by applying magnetic field in the $c$ axis. The long-range high-field SDW order does not emerge for this field orientation [53], and the magnetization is due to the SDW droplets.

We have neglected the spin-orbit interaction. As a consequence, the spin structure factor associated with droplets of SDW have four sharp peaks with equal intensity. The spin-orbit interaction couples $Q$ of magnon fluctuations to the in-plane magnetic field [48, 54], therefore favors a pair of $Q$s along the diagonal that is as perpendicular to the magnetic field as possible over the other pair for a nonzero field.

It is demonstrated that the quantum fluctuations are not essential for the stabilization of the two magnetic phases inside the superconducting phase through the mean-field modeling. However, the quantum fluctuations near the magnetic phase boundary may affect critically the quasiparticle excitations.

To summarize, based on both phenomenological and microscopic models, we have provided a theoretical understanding of the effects of magnetic impurity in unconventional Pauli limited superconductors in the brink of SDW instability, and have applied it to the Nd doped CeCoIn$_5$. Impurities with magnetic moment parallel to that of conduction electron spins locally induce droplets of SDW, whose amplitude decays in space. Even when these droplets do not order, the spin structure factor exhibits sharp peaks at the same $Q$s as those of the long-range SDW at high field, because of the strong anisotropy in $Q$ enforced by the $d$-wave pairing symmetry. With increasing in-plane magnetic field, the impurity moments are canted and the amplitude of the droplets of SDW decreases. At high fields, the long-range SDW inside the superconducting phase is stabilized as a consequence of magnon condensation. Our results are consistent with the recent neutron scattering data and thermal conductivity measurements. The SDW droplets can be probed by NMR measurements.

SZL is indebted to Roman Movshovich, Duk Y. Kim, Priscila F. S. Rosa and Yuan-Yen Tai for helpful discussions. The work was carried out under the auspices of the U.S. DOE Contract No. DE-AC52-06NA25396 through the LDRD program, and supported in part by the Center for Integrated Nanotechnologies, a U.S. DOE Office of Basic Energy Sciences user facility.

* szl@lanl.gov

[1] C. Petrovic, P. G. Pagliuso, M. F. Hundley, R. Movshovich, J. L. Sarrao, J. D. Thompson, Z. Fisk, and P. Monthoux, “Heavy-fermion superconductivity in CeCoIn$_5$ at 2.3 K,” J. Phys. Condens. Matter 13, L337 (2001).

[2] Joe D. Thompson and Zachary Fisk, “Progress in Heavy-Fermion Superconductivity: Ce115 and Related Materials,” J. Phys. Soc. Jpn. 81, 011002 (2011).
[3] M. Kenzelmann, Th Strässle, C. Niedermayer, M. Sigrist, B. Padmanabhan, M. Zolliker, A. D. Bianchi, R. Movshovich, E. D. Bauer, J. L. Sarrao, and J. D. Thompson, “Coupled Superconducting and Magnetic Order in CeCoIn$_5$,” Science 321, 1652–1654 (2008).

[4] M. Kenzelmann, S. Gerber, N. Egetenmeyer, J. L. Gavilano, Th. Strässle, A. D. Bianchi, E. Ressouche, R. Movshovich, E. D. Bauer, J. L. Sarrao, and J. D. Thompson, “Evidence for a magnetically driven superconducting $Q$ phase of CeCoIn$_5$,” Phys. Rev. Lett. 104, 127001 (2010).

[5] B.-L. Young, R. R. Urban, N. J. Curro, J. D. Thompson, J. L. Sarrao, A. B. Vorontsov, and M. J. Graf, “Microscopic evidence for field-induced magnetism in CeIn$_5$,” Phys. Rev. Lett. 98, 036402 (2007).

[6] Simon Gerber, Marek Bartkowiak, Jorge L. Gavilano, Eric Ressouche, Nikola Egetenmeyer, Christof Niedermayer, Andrea D. Bianchi, Roman Movshovich, Eric D. Bauer, Joe D. Thompson, and Michel Kenzelmann, “Switching of magnetic domains reveals spatially inhomogeneous superconductivity,” Nat. Phys. 10, 126–129 (2014).

[7] Duk Y. Kim, Shi-Zeng Lin, Franziska Weickert, Michel Kenzelmann, Eric D. Bauer, Filip Ronning, J. D. Thompson, and Roman Movshovich, “Intertwined orders in heavy-fermion superconductor CeCoIn$_5$,” Phys. Rev. X 6, 041059 (2016).

[8] C. Stock, C. Broholm, J. Hadis, H. J. Kang, and C. Petrovic, “Spin resonance in the $d$-wave superconductor CeCoIn$_5$,” Phys. Rev. Lett. 100, 087001 (2008).

[9] S. Raymond and G. Lapertot, “Ising incommensurate spin resonance of CeCoIn$_5$: A dynamical precursor of the $q$ phase,” Phys. Rev. Lett. 115, 037001 (2015).

[10] C. Stock, C. Broholm, Y. Zhao, F. Demmel, H. J. Kang, K. C. Rule, and C. Petrovic, “Magnetic field splitting of the spin resonance in CeCoIn$_5$,” Phys. Rev. Lett. 100, 167207 (2012).

[11] Kenta M. Suzuki, Masanori Ichioka, and Kazushige Machida, “Theory of an inherent spin-density-wave instability due to vortices in superconductors with strong pauli effects,” Phys. Rev. B 83, 140503 (2011).

[12] Ryusuke Ikeda, Yuhki Hatakeyama, and Kazushi Aoyama, “Antiferromagnetic ordering induced by paramagnetic depairing in unconventional superconductors,” Phys. Rev. B 82, 060510 (2010).

[13] Yuhki Hatakeyama and Ryusuke Ikeda, “Emergent antiferromagnetism in a $d$-wave superconductor with strong paramagnetic pair-breaking,” Phys. Rev. B 83, 224518 (2011).

[14] D. F. Agterberg, M. Sigrist, and H. Tsunetsugu, “Order parameter and vortices in the superconducting $Q$ phase of CeCoIn$_5$,” Phys. Rev. Lett. 102, 207004 (2009).

[15] Youichi Yanase and Manfred Sigrist, “Antiferromagnetic Order and $\pi$-Triplet Pairing in the Fulde-Ferrell-Larkin-Ovchinnikov State,” J. Phys. Soc. Jpn. 78, 114715 (2009).

[16] Kazumasa Miyake, “Theory for Coupled SDW and Superconducting Order in FFLO State of CeCoIn$_5$,” J. Phys. Soc. Jpn. 77, 123703 (2008).

[17] Alexandros Aperis, Georgios Varelogiannis, and Peter B. Littlewood, “Magnetic-field-induced pattern of coexisting condensates in the superconducting state of CeCoIn$_5$,” Phys. Rev. Lett. 104, 216403 (2010).

[18] Yasuyuki Kato, C. D. Batista, and I. Vekhter, “Antiferromagnetic order in pauli-limited unconventional superconductors,” Phys. Rev. Lett. 107, 096401 (2011).

[19] Yasuyuki Kato, C. D. Batista, and I. Vekhter, “Structure of magnetic order in pauli limited unconventional superconductors,” Phys. Rev. B 86, 174517 (2012).

[20] Johannes H. J. Martiny, Maria N. Gastiasoro, I. Vekhter, and Brian M. Andersen, “Impurity-induced antiferromagnetic order in pauli-limited nodal superconductors: Application to heavy-fermion CeCoIn$_5$,” Phys. Rev. B 92, 224510 (2015).

[21] V. P. Michal and V. P. Mineev, “Field-induced spin-exciton condensation in the $d_{x^2-y^2}$-wave superconductor CeCoIn$_5$,” Phys. Rev. B 84, 052508 (2011).

[22] A. Bianchi, R. Movshovich, I. Vekhter, P. G. Pagliuso, and J. L. Sarrao, “Avoided antiferromagnetic order and quantum critical point in CeCoIn$_5$,” Phys. Rev. Lett. 91, 257001 (2003).

[23] Johnpierre Paglione, M. A. Tanatar, D. G. Hawthorn, Etienne Boaknin, R. W. Hill, F. Ronning, M. Sutherland, Louis Taillefer, C. Petrovic, and P. C. Canfield, “Field-induced quantum critical point in CeCoIn$_5$,” Phys. Rev. Lett. 91, 246405 (2003).

[24] F. Ronning, C. Capan, E. D. Bauer, J. D. Thompson, J. L. Sarrao, and R. Movshovich, “Pressure study of quantum criticality in CeCoIn$_5$,” Phys. Rev. B 73, 064519 (2006).

[25] T. Hu, H. Xiao, T. A. Sayles, M. Dzero, M. B. Maple, and C. C. Almasan, “Strong magnetic fluctuations in a superconducting state of CeCoIn$_5$,” Phys. Rev. Lett. 108, 056401 (2012).

[26] Yu Kawasaki, Shinji Kawasaki, Mitsuharu Yashima, Takeshi Mito, Guo qing Zheng, Yoshio Kitaoka, Hiroaki Shishido, Kichii Settai, Yoshinori Haga, and Yoshichika Anuki, “Anisotropic spin fluctuations in heavy-fermion superconductor CeCoIn$_5$,” In-NQR and Co-NMR studies,” Journal of the Physical Society of Japan 72, 2308–2311 (2003).

[27] A. V. Balatsky, I. Vekhter, and Jian-Xin Zhu, “Impurity-induced states in conventional and unconventional superconductors,” Rev. Mod. Phys. 78, 373–433 (2006).

[28] Hiroki Tsuchiura, Yukio Tanaka, Masao Ogata, and Satoshi Kashiwaya, “Local magnetic moments around a nonmagnetic impurity in the two-dimensional $t$-$J$ model,” Phys. Rev. B 64, 140501 (2001).

[29] Ziqiang Wang and Patrick A. Lee, “Local moment formation in the superconducting state of a doped mott insulator,” Phys. Rev. Lett. 89, 217002 (2002).

[30] Jian-Xin Zhu, Ivar Martin, and A. R. Bishop, “Spin and charge order around vortices and impurities in high-$T_c$ superconductors,” Phys. Rev. Lett. 89, 067003 (2002).

[31] Yan Chen and C. S. Ting, “States of local moment induced by nonmagnetic impurities in cuprate superconductors,” Phys. Rev. Lett. 92, 077023 (2004).

[32] J. W. Harter, B. M. Andersen, J. Bobroff, M. Gabay, and P. J. Hirschfeld, “Antiferromagnetic correlations and impurity broadening of nmr linewidths in cuprate superconductors,” Phys. Rev. B 75, 054520 (2007).

[33] Brian M. Andersen, P. J. Hirschfeld, Arno P. Kampf, and Markus Schmid, “Disorder-induced static antiferromagnetism in cuprate superconductors,” Phys. Rev. Lett. 99, 147002 (2007).

[34] Brian M. Andersen, Siegfried Graser, and P. J. Hirschfeld, “Disorder-induced freezing of dynamical spin fluctuations in underdoped cuprate superconductors,” Phys. Rev. Lett. 105, 147002 (2010).

[35] Maria N. Gastiasoro and Brian M. Andersen, “Enhancement of magnetic stripe order in iron-pnictide superconductors from the interaction between conduction electrons and magnetic impurities,” Phys. Rev. Lett. 113, 067002 (2014).

[36] Maria N. Gastiasoro, Fabio Bernardini, and Brian M. Andersen, “Unconventional disorder effects in correlated superconductors,” Phys. Rev. Lett. 117, 257002 (2016).

[37] M. Nicklas, O. Stockert, Tuson Park, K. Habicht, K. Kiefer, L. D. Pham, J. D. Thompson, Z. Fisk, and F. Steglich, “Magnetic structure of Cd-doped CeCoIn$_5$,” Phys. Rev. B 76, 052401 (2007).
[38] L. D. Pham, Tuson Park, S. Maquilon, J. D. Thompson, and Z. Fisk, “Reversible tuning of the heavy-fermion ground state in CeCoIn$_5$,” Phys. Rev. Lett. 97, 056404 (2006).
[39] R. R. Urbano, B.-L. Young, N. J. Curro, J. D. Thompson, L. D. Pham, and Z. Fisk, “Interacting antiferromagnetic droplets in quantum critical CeCoIn$_5$,” Phys. Rev. Lett. 99, 146402 (2007).
[40] Sunil Nair, O. Stockert, U. Witte, M. Nicklas, R. Schedler, K. Kiefer, J. D. Thompson, A. D. Bianchi, Z. Fisk, S. Wirth, and F. Steglich, “Magnetism and superconductivity driven by identical 4f states in a heavy-fermion metal,” Proceedings of the National Academy of Sciences 107, 9537–9540 (2010).
[41] S. Seo, X. Lu, J.-X. Zhu, R. R. Urbano, N. Curro, E. D. Bauer, V. A. Sidorov, L. D. Pham, T. Park, Z. Fisk, and J. D. Thompson, “Disorder in a quantum critical superconductor,” Nat. Phys. 10, 120 (2014).
[42] Rongwei Hu, Y. Lee, J. Hudis, V. F. Mitrovic, and C. Petrovic, “Composition and field-tuned magnetism and superconductivity in Nd$_{1-x}$Ce$_x$CoIn$_5$,” Phys. Rev. B 77, 165129 (2008).
[43] Stphane Raymond, Scheilla M. Ramos, Dai Aoki, Georg Knebel, Vladimir P. Mineev, and Grard Lapertot, “Magnetic Order in Ce$_{0.95}$Nd$_{0.05}$CoIn$_5$: The Q-Phase at Zero Magnetic Field,” Journal of the Physical Society of Japan 83, 013707 (2013).
[44] D. G. Mazzone, S. Raymond, J. L. Gavilano, P. Steffens, A. Schneidewind, G. Lapertot, and M. Kenzelmann, “Spin resonance and magnetic order in an unconventional superconductor,” arXiv:1705.01255 [cond-mat] (2017), arXiv: 1705.01255.
[45] Daniel Gabriel Mazzone, Stphane Raymond, Jorge Luis Gavilano, Eric Ressouche, Christof Niedermayer, Jonas Okkels Birk, Bachir Ouladdiaf, Gal Bastien, Georg Knebel, Dai Aoki, Grard Lapertot, and Michel Kenzelmann, “Field-induced magnetic instability within a superconducting condensate,” Science Advances 3, e1602055 (2017).
[46] D. G. Mazzone, S. Raymond, R. Yadav, J. L. Gavilano, M. Bartkowiak, E. Ressouche, G. Lapertot, and M. Kenzelmann, “Discrete magnetic symmetry breaking reveals pair-density wave order parameter at the origin of the Q-phase,” to be submitted (2017).
[47] Duk Y. Kim, Shi-Zeng Lin, Franziska Weickert, P. F. S. Rosa, Eric D. Bauer, Filip Ronning, J. D. Thompson, and Roman Movshovich, “Two diverse magnetic orders in superconducting Nd-doped CeCoIn$_5$,” submitted to Phys. Rev. (2017).
[48] Duk Y. Kim, Shi-Zeng Lin, Eric D. Bauer, Filip Ronning, J. D. Thompson, and Roman Movshovich, “Switching dynamics of the spin density wave in superconducting CeCoIn$_5$,” arXiv:1705.04655 [cond-mat] (2017).
[49] J.-X. Zhu, Bogoliubov-de Gennes Method and Its Applications (Springer International Publishing, Switzerland, 2016).
[50] Kazunori Tanaka, Hiroaki Ikeda, Yunori Nisikawa, and Kosaku Yamada, “Theory of Superconductivity in CeMIn$_5$ (M=Co, Rh, Ir) on the Basis of the Three Dimensional Periodic Anderson Model,” Journal of the Physical Society of Japan 75, 024713 (2006).
[51] P. I. Soininen, C. Kallin, and A. J. Berlinsky, “Structure of a vortex line in a $d_{x^2-y^2}$ superconductor,” Phys. Rev. B 50, 13883–13886 (1994).
[52] P. F. S. Rosa, Jian Kang, Yongkang Luo, N. Wakeham, E. D. Bauer, F. Ronning, Z. Fisk, R. M. Fernandes, and J. D. Thompson, “Competing magnetic orders in the superconducting state of Nd-doped CeRhIn$_5$ under pressure,” arXiv:1703.00562 [cond-mat] (2017).
[53] E. Blackburn, P. Das, M. R. Eskildsen, E. M. Forgan, M. Laver, C. Niedermayer, C. Petrovic, and J. S. White, “Exploring the fragile antiferromagnetic superconducting phase in CeCoIn$_5$,” Phys. Rev. Lett. 105, 187001 (2010).
[54] V. P. Mineev, “Antiferromagnetic order in CeCoIn$_5$ oriented by spin-orbital coupling,” Low Temperature Physics 43, 11–16 (2017).